Polystyrene fibers recycled waste produced by Solution Blow spinning with TiO$_2$ incorporation.

G. S. Padovani; S. A. P. T. de Carvalho; F. R. de Paula*

Universidade Estadual Paulista (UNESP), Engineering University, Campus of Ilha Solteira, Ilha Solteira, SP, 15385-000, Brazil.

Abstract
This study attempted to produce polymeric microfibers with low-cost and photocatalytic properties, making it possible to remedy two modern problems, plastic disposal and irregular effluent disposal, for which we used the solution blows pinning (SBS) technique to produce recycled polystyrene (PS) microfibers (recycled waste from transparent barrel pen), the use of the SBS also has good mobility for the benefit of fibers, allowing the fibers to be produced directly under the surface where intend to be used, through the SEM was found the ideal concentration to produce uniform microfibers. With the minor average diameter, FTIR analysis of the fibers showed peak characteristics of PS, demonstrating that most of the transparent barrel pen is composed of PS. The as-prepared fibers of recycled PS were incorporated into their polymer solution with a TiO$_2$ Degussa P25 concentration of 10% (w/w) concerning the polymer mass. For the study of photocatalytic activity, the dye Rhodamine B was used as an indicator. Excellent photocatalytic activity, XRD pattern of PS and PS/TiO$_2$-10% fibers showed PS and TiO$_2$ in two phases, anatase and rutile.

Keywords: Recycled polystyrene, solution blows pinning, polymer fiber, TiO$_2$

1. Introduction
The industrialization process over the years has brought several benefits to society, but along with it many environmental problems have come, such as the propagation and accumulation of waste. Part of this waste is often mistakenly disposed of, according to recent research. Industries are contaminated by paints, resins, phenol, fatty acids, dyes, and plastics. One of these commonly found dyes is Rhodamine-B, which is soluble in water and belongs to the class of xanthenes, it is widely used in textile, cosmetics, and printer cartridges. Still, it is highly toxic to humans and animals, which may irritate the eyes and respiratory tract. Studies show that it has both carcinogenicity and neurotoxicity.

Conventional processes for treating waste in water and eliminating these dyes are generally high-cost and complex, such as ionization, extraction, electrochemical method, and sonocatalytic degradation. The photocatalysis process is currently being highly studied because it is a simple process to be applied, a compound used in this process is titanium dioxide (TiO$_2$), which is a semiconductor non-toxic, low cost and stable, its energy GAP to the anatase phase is in the range of 3.2 eV, thus an energy range that corresponds to UV light.

To improve the efficiency and application of the TiO$_2$ photocatalytic it is attractive that the semiconductor is distributed in polymeric nanofibers to increase its surface area. The most common technique for producing polymeric nanofibers is electrospinning, but because of its use of high electric fields, it becomes a dangerous and expensive method. A recently developed method was called Solution Blow Spinning (SBS), and it is possible to produce nanofibers more efficiently and without the use of high voltages, only by extrusion of the solution by blow and creating a region of difference in pressure.
Different polymers can be used in the SBS technique; one of them is polystyrene (PS). PS is a polymer widely used in packaging, e.g., disposable cups, plates, and construction materials, as it has an excellent cost-benefit and good mechanical properties. There are about 21 million tons of polystyrene produced in the world\textsuperscript{19}.

In this work, sustainable polystyrene was used, acquired through transparent pens discarded by society. The Solution Blow Spinning technique produced the PS / TiO\textsubscript{2} nanofibers, and their photocatalytic activity was evaluated through the degradation of the dye Rhodamine B.

2. Experimental

2.1. Materials

Polystyrene was obtained through the recycling of transparent pen barrel, ethyl acetate was purchased from Sigma-Aldrich, dioxide titanium (TiO\textsubscript{2}) Degussa (P25) were obtained from Nippon Aerosil CO LTD, the reagents were was used without purification.

2.2. Preparation of solution blow spinning recycled PS and PS/TiO\textsubscript{2}

To get the PS, the transparent barrel pen was used. After washing and macerate, the pen was dissolved in ethyl acetate at four different concentrations 10; 13.5; 15 and 17.5% w/v ratio. The solution was vigorously stirred for 1 hour at room temperature, and after mixing the prepared solutions were poured into a 5 ml syringe and inserted in the SBS technique. To produce PS-TiO\textsubscript{2} fibers we used the 13.5% PS solution and added 0.05 g of TiO\textsubscript{2} nanoparticles with an average diameter of 25 nm. The solution was poured into a syringe and inserted in the SBS technique.

The parameters used were 120 µl/min for feed rate, 150 rpm in the rotate collector counterclockwise, 35 cm between the needle tip and collector, the pressure used in the system was 140 kPa, all fibers were obtained at room temperature. The fiber membrane was collected on aluminum foil and then peeled off. The apparatus used in the SBS technique is illustrated in Fig. 1.

![Figure 1. Apparatus used in SBS technique to produce PS and PS/TiO\textsubscript{2} fibers.](image)

2.3. Characterization

Scanning electron microscopy (SEM, Zeiss EVO LS15) was used to evaluate the fiber’s morphology and diameter, performed at a voltage of 10 KV. X-ray diffraction (XRD) was used to define the structures and phases of the samples using equipment (Shimadzu, XRD-6000) CuKα (λ=1,54 Å). Uv-vis spectra were collected by (Varian Cary 50 Scan) to analyze the peak decay in maximum dye absorption. The FTIR Nicolet 5DXB (Nicolet Instruments, Madison, WI) was used to discover the composition of the PS recycled.
2.4. Photocatalytic activity evaluation

The photocatalytic activity of PS/TiO$_2$ was evaluated by the degradation of RhB in water solution under UV irradiation. In the photocatalytic assay was used in a closed box with a UV mercury lamp (150 W), and a magnetic stirrer, the distance between the lamp and the surface of the solution was 25 cm. A RhB solution (0.02 mol/l) was prepared and the fibers were immersed in the solution with a ratio of 0.08 g to 100 ml. After the UV irradiation, 3 ml of sample drawn in regular intervals of 5 min to be analyzed in the UV-vis spectrophotometer.

3. Results and Discussion

3.1. Structure and morphology of PS fibers obtained from SBS technique

Initially, to produce the fibers, we chose to use four different concentrations of PS with ethyl acetate. Was sought to obtain fibers with the smallest diameter to proceed with the photocatalyst characterizations as discussed by Huang et al.20, the more minor the surface area, the larger the contact area, which is highly desirable for photocatalysis.

A fiber analysis was performed using SEM and the results are shown in Fig. 2. Figure (a) we have fibers obtained with a concentration of 10% (m / v). We can observe fibers with diameters between 5-25 µm, not dispersed and with some granules. Fig. 1. (b) and (c) show fibers with 13.5 and 15% concentrations, respectively. We can observe fibers with smoother aspects and better disperses where we can highlight the concentration of 13.5% with the best dispersion and with low diameter variation as shown in figure (e). Figure (d) shows that the fibers obtained with a concentration of 17.5% have diameters between 6 and 22 µm. We observe that most fibers are joined together. This morphology is due to the high concentration of polymers that prevent the fibers from dispersing in production and drying before reaching the collector.

Fig. 2. SEM images of PS fibers (a) 10%, (b) 13.5%, (c) 15%, (d) 17.5%. And (e) a diagram of average diameter for fiber 13.5%.

Fourier transform infrared spectroscopy (FTIR) was used for quantitative fiber analysis. Fig. 3 shows the infrared spectrum of 3200-400 cm$^{-1}$ as a way to improve the visualization of the absorption bands, we used a baseline to correct the intensity of the result.

Due to the use of a recycled material that went through unknown processes in the industry where it was manufactured, it can lead to some noise and some peaks that are not related to the PS. However, in Fig. 3,
some absorption peaks characteristic of PS, such as the peaks from 3200 to 2800 where we have the CH elongation modes, the 3060 and 3026 cm\(^{-1}\) peaks are related to the CH elongation vibrations aromatic. For peaks 2923 and 2848 cm\(^{-1}\), the vibrations of asymmetric and symmetrical elongation of the methylene groups -CH\(_2\), respectively. The pattern of peaks in 1601, 1493, and 1452 cm\(^{-1}\) regions are related to the aromatic C=C stretching vibration absorption; these peaks indicate the presence of an aromatic ring probably coming from the PS; however, the 1452 cm\(^{-1}\) band can be a result of both of the deformation of -CH\(_2\) as the ring breathing of the benzene ring. The absorption peaks at 1028 cm\(^{-1}\) are related to in-plane C–H bending of the phenyl ring, and the peaks at the wavenumbers of 757 and 697 cm\(^{-1}\) correspond to C-H out-of-plane bending vibration absorption.

![Infrared spectrum of PS fibers produced PS recycled waste.](image)

**Fig. 3.** Infrared spectrum of PS fibers produced PS recycled waste.

### 3.2. Photocatalytic performance and composition of PS/TiO\(_2\).

For TiO\(_2\) incorporation, we used the fiber with a concentration of 13.5% (w/v) as it has the minor average diameter among all samples, and the amount of TiO\(_2\) incorporated was 10% of polymer mass (w/w). After the incorporation of TiO\(_2\) was investigated, the stability and photocatalytic activity of the composite fibers. The photocatalytic activity was investigated by degradation of RhB dye. The fibers were cut into a circular shape with a mass of approximately 0.08 grams and fixed in support in the center of the beaker. With the incidence of UV light the dye degradation was monitored by removing 2 ml aliquots in 10 min. The UV-vis spectra were set between 450-610 nm being the \(\lambda_{\text{max}}\) of RhB dye at 540 nm. As we can see in Fig. 4 the graph refers to the photocatalytic activity of the PS/TiO\(_2\) C/C\(_0\) versus the time equation where C\(_0\) is the initial concentration of RhB and C is the concentration of RhB that was degraded at time. TiO\(_2\) Degussa p25 was choosing due to as a nanoparticle due to its degradation capacity, low cost and used as a reference in several works as a standard photocatalyst\(^{21-23}\) a considerable degradation of the dye during ultraviolet light irradiation, proving to be promising for using the fibers as a photocatalyst even with a small amount of TiO\(_2\), degrading 65% of the dye during 100 minutes under UV irradiation, during non-photocatalysis there was breakage of the fibers and no particles that came detached during the photocatalytic test, showing good stability.
Fig. 4. Photocatalytic degradation of RhB dye using ultraviolet radiation and PS/TiO$_2$-10% fiber as photocatalyst.

Fig. 5. shows the XRD pattern of PS and PS / TiO$_2$, we can see that the PS diffractogram is not well defined indicating a large amount of amorphous polymer, and as expected, the fibers present Anatase phase (peaks 25.2° (101), and 48.1° (200)) and Rutile phase (peaks 27.4° (110); 36.1° (101); 54.3° (221)).

Fig. 5. XRD pattern of PS-13% and PS/TiO$_2$-10% fibers. (A) Anatase, (B) Rutile.

4. Conclusion
In summary, the solution blow spinning technique enabled the production of recycled PS fibers and the PS/TiO$_2$ composite. In the initial study, to determine the ideal concentration to produce PS fibers uniform and smaller diameter, was used the SEM and the ideal concentration was 13.5%, with an average diameter of 1.4 μm. Using the FTIR technique in the fibers produced, was possible to find several peaks characteristic of the PS. XRD showed peaks of the two phases of TiO$_2$ Anatase and Rutile as expected due to the use of TiO$_2$ Degussa P25 and the PS-related peak. Moreover, fibers with 10% (w/w) incorporations of TiO$_2$
Degussa P25 showed photocatalytic greatly efficiency, degrading 65% of the dye in 100 minutes under UV irradiation.

Acknowledgements
The authors thank the Brazilian agencies: FAPESP (2018/14052-6)) for financial support.

References
1. Z. Xiong, H. Dou, J. Pan, J. Ma, C. Xu, X. Zhao, Synthesis of mesoporous anatase TiO2 with a combined template method and photocatalysis, CrystEngComm 12 (2010) 3455–3457.
2. E. Friedler, Y. Gilboa, Performance of UV disinfection and the microbial quality of greywater effluent along a reuse system for toilet flushing, Sci. Total Environ. 408 (2010) 2109–2117.
3. J.H. Pan, H. Dou, Z. Xiong, C. Xu, J. Ma, X. Zhao, Porous photocatalysts for advanced water purifications, J. Mater. Chem. 20 (2010) 4512–4528.
4. M.A. Ahmed, N.M. Abdelbar, A.A. Mohamed, Molecular imprinted chitosan-TiO2 nanocomposite for the selective removal of rose Bengal from wastewater, Int. J. Biol. Macromol. 107 (2018) 1046–1053.s.
5. D. Hermosilla, N. Merayo, A. Gascó, Á. Blanco, The application of advanced oxidation technologies to the treatment of effluents from the pulp and paper industry: a review, Environ. Sci. Pollut. Res. 22 (2015) 168–191.
6. Shimada, T., Yamazaki, H., Mimura, M., Inui, Y., Guengerich, F. P., 1994. Interindividual variations in human liver cytochrome P-450 enzymes involved in the oxidation of drugs, carcinogens, toxic chemicals: studies with liver microsomes of 30 Japanese, 30 Caucasians. Journal of Pharmacology and Experimental Therapy. 270, 414–423.
7. Rochat, J., Demenge, P., Rerat, J. C., 1978. Toxicologic study of a fluorescent tracer: rhodamine B. Toxicological European Research. 1, 23–26.
8. McGregor, D. B., Brown, A. G., Howgate, S., McBride, D., Riach, C., Caspary, W. J., 1991. Responses of the l5178y mouse lymphoma cell forward mutation assay. 5.27 coded chemicals. Environmental and Molecular Mutagenesis. 17, 196–219.
9. B. Cuiping, X. Xianfeng, G. Wenqi, F. Dexin, X. Mo, G. Zhongxue, X. Nian, Removal of rhodamine B by ozone-based advanced oxidation process, Desalination 278 (2011) 84–90.
10. G. Muthuraman, T.T. Teng, Extraction and recovery of rhodamine B, methyl violet and methylene blue from industrial wastewater using D2EHPA as an extractant, J. Ind. Eng. Chem. 15 (2009) 841–846.
11. L. Du, J. Wu, C. Hu, Electrochemical oxidation of rhodamine B on RuO2–PdO–TiO2 Recycling experiment for the photocatalytic degradation of RhB in the presence of TiO2. R.K. Sonker, et al. Materials Science & Engineering B 258 (2020) 114577
12. M. Ahmad, E. Ahmed, Z. Hong, W. Ahmed, A. Elhissi, N. Khalid, Photocatalytic, sonocatalytic and sonophotocatalytic degradation of Rhodamine B using ZnO/CNTs composites photocatalysts, Ultraso. Sonochem. 21 (2014) 761–773.
13. R.K. Sonker, B.C. Yadav, S.R. Saharaet, Preparation of PANI doped TiO2 nanocomposite thin film and its relevance as room temperature liquefied petroleum gas sensor, J. Mater. Sci.: Mater. Electron. 28 (2017) 14471–14475.
14. A.A. El-Bassuony, H.K. Abdelsalam, Giant exchange bias of hysteresis loops on Cr3+-doped Ag nanoparticles, J. Supercond. Novel Magn. 31 (2018) 1539–1544.
15. Azad, A. M. Fabrication of yttria-stabilized zirconia nanofibers by Electrospinning. Materials Letters, Amsterdam , n. 60, p. 67-72, 2006.
16. Sigmund, W.; Yuh, J.; Parhl, H.; Maneeratana, V.; Pyrgiotakis, G.; Daga,A.; Taylor, J.; Nino, J.C. Processing and structure relationships in electrospinning of ceramic fiber systems. Journal of the American Ceramic Society, n. 89, p. 385, 2006.
17. Medeiros, E. S.; Glenn, G. M.; Klamczynski, A. P.; Orts, W. J.; Mattoso, L. H.C. Solution blow spinning: a new method to produce micro- and nanofibers from polymer solutions. Journal of Applied Polymer Science, Hoboken, v. 113, n. 4, p. 2322-2330, 2009.
18. Costa, F. G. R.; Brichi, S. G.; Ribeiro, C.; Mattoso, C. H. L. Efeito do TiO2 na morfologia das nanofibras de PLA obtidas pelo método de fiação por sopro em solução. In WORKSHOP DE NANOTECNOLOGIA APLICADA AO AGRONEGÓCIO, 7., 2013. São Carlos: Embrapa instrumentação, 2013. p 1-3
19. Yang Y, Yang J, Wu WM, et al. Biodegradation and mineralization of polystyrene by plastic-eating mealworms: Part 2. Role of gut microorganisms. Environ Sci Technol. 2015;49:12087–12093
20. HUANG, Zheng-Ming et al. A review on polymer nanofibers by electrospinning and their applications in nanocomposites. Composites science and technology, v. 63, n. 15, p. 2223-2253, 2003.
21. WILKE, Carolyn M. et al. Synergistic bacterial stress results from exposure to nano-Ag and nano-TiO2 mixtures under light in environmental media. Environmental science & technology, v. 52, n. 5, p. 3185-3194, 2018.
22. APOPEI, Petru et al. Mixed-phase TiO2 photocatalysts: crystalline phase isolation and reconstruction, characterization and photocatalytic activity in the oxidation of 4-chlorophenol from aqueous effluents. Applied Catalysis B: Environmental, v. 160, p. 374-382, 2014.
23. CHAUDHURI, Rajib Ghosh; PARIA, Santanu. Visible light induced photocatalytic activity of sulfur doped hollow TiO2 nanoparticles, synthesized via a novel route. Dalton Transactions, v. 43, n. 14, p. 5526-5534, 2014.